EFFECT OF *Musa acuminate* AND *Ocimum basilicum* MIXED EXTRAITS ON BIOACTIVE RESIN’S FLUORIDE RELEASE

Kurnia Fatwati¹*, Dewi Puspitasari², Maharani Laillyza Apriasari³

¹Student of Faculty of Dentistry, University of Lambung Mangkurat, Banjarmasin, Indonesia
²Department of Dental Material, Faculty of Dentistry, University of Lambung Mangkurat, Banjarmasin, Indonesia
³Department of Oral Medicine, Faculty of Dentistry, University of Lambung Mangkurat, Banjarmasin, Indonesia

ABSTRACT

**Background:** Bioactive composite resin was materials that are able to released fluoride when the intra oral pH value drops. Mouthwash is one of the triggers for changes in pH of the oral cavity. The many side effects caused by chemical mouthwashes make herbal plants an alternative to natural mouthwash. Traditional plants that have the potential to be used as mouthwash include of Mauli Banana (*Musa acuminata*) and basil (*Ocimum basilicum L.*).

**Objective:** To analyze the effect of Mauli banana stem (*Musa acuminate*) and basil leaves (*Ocimum basilicum*) mixed extrats on fluoride (F) release from bioactive resin.

**Method:** Thirty specimens (15mm diameter x 1mm thick; n=5/group) were fabricated using Activa ™ Bioactive Restorative (Pulpdent). Mauli banana stem and basil leaves extracts mixture at the concentration of 25%, 50%, 75%, and 100% were respectively exerted as treatment groups while 0.2% Chlorhexidine Gluconate (CHX) and aquadest employed as control groups. Bioactive resin immersion was performed for 7 days in 37°C incubator prior to the measurement of F release using pH meter Lutron (208) TL Lutron (Taiwan). **Results:** One Way Anova and Post Hoc Dunnets -T3 not only depicted the significant differences among treatment group of 50% (3.22±0.46ppm), 75% (2.31±0,45ppm), 100% (2.29±0.46ppm), but also control group CHX (2.31±0,45ppm), and aquadest (1.85±0.91ppm) compared to 25% treatment group (6.00±0.87ppm). **Conclusion:** There is a significant effect of Mauli Banana stem and basil leaves extract mixture on bioactive resin F release. Increasing concentration may reduce the number of F release yet achieve a preferable bioactive resin durability in the oral cavity.

**Keywords:** Mauli Banana stem extract, basil leaf extract, bioactive resin, fluoride release

**Correspondence:** Dewi Puspitasari, Fakultas Kedokteran Gigi Universitas Lambung Mangkurat, Jl. Veteran no 128 B, Banjarmasin, Kalsel, email : dewident@gmail.com

INTRODUCTION

Mouthwash is one of the dental and oral health care products used to reduce infections, plaque, and halitosis.³ The standard gold mouthwash for the oral cavity that is often used is Chlorhexidine Gluconate (CHX). Long-term use of CHX may have a negative effect on the oral cavity.¹,² The number of side effects due to chemical mouthwash leads herbal plants as an alternative to natural mouthwash, one of the herbs that may be used is Mauli Banana.³ Mauli Banana (*Musa acuminata*) is one of the typical plants of South Kalimantan. Apriasari et al (2014) research proves that the compounds contained in mauli banana stem extract have function as antioxidants, antibacterial, antifungal, and do not cause cell toxicity.⁴ Other plants that also have antibacterial ability are the basil leaves (*Ocimum basilicum L.*).⁵ The leaves of basil (*Ocimum basilicum L.*) contain essential oils with the highest content named linalool, which is similar to terpenoid alcohol.⁵, ⁶ The extract of basil leaves used as herbal mouth rinses may increase the rate of salivary flow which has an effect on increasing the pH of the oral cavity.⁷ Tests of fetotoxicity have also proven that administration of basil leaves methanol extract at doses of 50 and 100 mg / kg body weight does not show fetotoxicity effects on white mice.⁸ The use of mouthwash as an antiseptic of the oral...
cavity may expose all parts of the oral cavity and also restoration material on the teeth. Composite resin is one of the most selected restoration materials by patients and dentists. Bioactive composite resins are materials that are able to releasing fluoride ions if intra oral pH value down below the critical pH (5.5). The process of releasing fluoride ions begins with the effect of changes in pH of the oral environment. Mouthwash is one of the triggers for pH changes from the oral cavity. The lower the pH of the oral cavity, makes higher release of fluoride ions. The aim of this study is to analyze the effect of Mauli Banana (Musa acuminata) and basil leaves (Ocimum basilicum) extracts on the release of fluoride ions in bioactive composite resin.

MATERIALS AND METHODS

The research has passed the etchial clearance test published by the Faculty of Dentistry, Lampung Mangkurat University No.150 / KEPKG-FKGULM / EC / 1 / 2019. This study is a pure experimental study (true experimental) with a post-test only and control group design, specimens were fabricated with composite resin (Activa™ Bioactive Restorative, Pulpdent), subsequently immersed for 7 days at 37°C in a mixture of extracts of Mauli Banana stem extract and basil leaves concentrations of 25%, 50%, 75%, 100%. The controls used are CHX and aquades. Each group consisted of 5 bioactive composite resin specimens.

The extracts was made with maceration method. Mauli Banana stem extract and basil leaves concentrations 100% is made by immersion the simplicia of Mauli banana stems for 5x24 hours while basil leaves for 3x24 hours in 70% ethanol solvent. Maserat is filtered and evaporated with a rotary evaporator with a heating temperature of 40°C and evaporated again in the water bath until a thick 100% extract is obtained.

A mixture of Mauli banana stem extract and basil leaves extract with a concentration of 100% is a combination of mauli banana stem extract 25% and basil leaves extract 10% with a volume ratio of 1:1. Maula banana stem extract mixture and basil leaf extract with 100% content then diluted using aquades with a series of 25%, 50%, and 75% concentration.

Thirty specimens were fabricated using Bioactive composite resin (Activa™ Bioactive Restorative, Pulpdent) with size of 15 mm on diameter and 1 mm on thickness based on ISO 4049 (2000). Bioactive composite resin was polymerized for 20 seconds using LCU (Woodpecker) with a distance of 1 mm from the specimens surface. Celluloid strips are removed after the bioactive resin composite setting. Specimens were stored in saline solution and placed in an incubator at 37°C for 24 hours.

Measurement of the amount of release of fluoride ions begins with grinding the sample until fine particle and put in a beaker. The crushed sample was diluted with 10ml of distilled water and 10 ml of sodium fluoride buffer, followed by immersing the electrode in the sample solution for 3 minutes using a pH meter (Lutron pH-208) (Taiwan). Data obtained from this study were quantitative data, the amount of fluoride ion that release from bioactive resin.

Statistical analysis used the One-way ANOVA test with a confidence level of 95% (α = 0.05), followed by Post Hoc Dunnett’s T3 analysis to determine the significance value.

RESULTS

The results of the study of the release of fluoride ion bioactive composite resin obtained the mean value presented in Figure 1.

![Figure 1. The diagram of fluoride ion that release from bioactive composite resin mean value, standard deviation and pH of the solution.](image_url)

Based on Figure 1, the highest number of bioactive composite resin fluoride ion release was highest in the group immersed in a mixed solution of mauli banana stem extract and basil leaf extract concentration of 25% (6.00 ± 0.87ppm) with a pH of 5.73, while the mean release of fluoride ion the lowest bioactive composite resin in the group immersed in distilled water (1.85 ± 0.91ppm) with a pH of 7. Immersion in a concentration of 75% and CHX had the same mean amount of fluoride ion release (2.31 ± 0.45ppm) with a similar pH different from both solutions. Overall groups, the amount of fluoride ion release decreased with increasing concentrations of the extract solution.

DISCUSSION

From the results of the study, all the immersions groups of bioactive composite resins experienced the release of fluoride ions. Many factors may affect the amount of fluoride ion release, one of which is caused by a pH difference. Based on research conducted, a mixture of mauli banana stem extract and basil leaf...
extract concentrations of 25%, 50%, 75%, and 100% has a pH that is classified as more acidic than distilled water. The lowest fluoride ion release is presented in immersion with distilled water. The research of Moreaou and Hockin (2010) proves that immersion of restorative material containing fluoride in a solution with a pH of 4 would released amount of fluoride ion more higher compared with the same material if immersed in a solution with a pH of 7. The acidity of the solution is due to the active substance contained in it.14,15,16,17 The degree of acidity (pH) influences the release of ions.18 Research of Tiwari et al (2015) has explained the process of releasing fluoride ions which begins with the effect of changing the pH of environment.19

The lowest acidity (pH) level is at a concentration of 100% with the least amount of fluoride ion release. Increasing number of ingredients in the mixed solution of Mauli Banana stem extract and basil leaves result in the solution have a higher viscosity. Viscosity is affected by particle size, particle count, and concentration. The greater the concentration of the solution, the greater the viscosity of the solution.15,19 A solution with high viscosity is difficult to penetrate into the Bioactive Glass (BG) particles in the bioactive composite resin, therefore fluoride ions are released in small amount.20

The second reason that the least amount of fluoride ion is released in immersion at a concentration of 100% is the composition of the bioactive composite resin. The bioactive composite resin used is Activa™ Bioactive Restorative (Pulpdent). The diurethane matrix in this resin has a urethane group (RNHCOOR).21,22,23 In this study, immersion of bioactive composite resin specimens was carried out at 37°C in the incubator to adjust to the normal conditions of the oral cavity. Immersion at 37°C may affect the molecular mobility of the polymer composite resin chain. The irradiation process of composite resins is not always optimal. About 35-45% of the monomers have not been completely polymerized. Molecules from the remaining un-polymerized residual monomer subsequently may experience mobilization and increase the formation of cross-linking.24

The least amount of fluoride ion release is found in immersion at 100% concentration is because of the BG content in bioactive composite resins. Based on Alrahlah et al (2018) fluoride ions in bioactive composite resins are contained in fillers in sodium fluoride compounds.22,23 These resins also contain BG consisting of SiO₂, CaO, Na₂O, and P₂O₅. The water content in the solution will break down into H⁺ and OH⁻, subsequently the Si-O-Si bond in the coupling agent is attacked by H⁺ ions until the bond is released. The presence of free polymerized monomers and the presence of hydroxyl ions will form a silica-rich Si-OH layer. When the Si-OH group condenses, the silica-rich layer undergoes repolymerization, attracting calcium and phosphate ions to precipitate in the form of Amorphous Calcium Phosphat (ACP), which then crystallizes into HA. The fluoride release must allow water to reach the BG particles and the ions must be able to get out of the structure of the bioactive composite resin.20

The limitation of this study is the environment that used was not in accordance with the actual state of oral cavity. Immersion in saline solution at 37°C was carried out as an effort to optimize research to fit the physiological state of the oral cavity. This study also only did immersion at one time so that it was not yet able to find out whether there was a saturation time limit for the amount of fluoride ion release of bioactive composite resin. So, the conclusion is there is an effect of mauli banana extract (Musa acuminata) on the release of fluoride ion bioactive composite resin.

REFERENCES
1. Rawung F, Wuisan J, Leman MA. Pengaruh obat kemur beralkohol terhadap laju aliran saliva dan pH saliva. Jurnal e-GiGi (eG). 2017; 5(2): 125-9.
2. Hubner NO, Matthes R, Koban I, Randler C, Muller G, Bender C, et al. Efficacy of Chlorhexidine, Polihexane and Tissue-Tolerable Plasma against Pseudomonas aeruginosa Biofilms Grown on Polystyrene and Silicone Materials. Skin Pharmacol Physiol. 2010; 21 (1): 28–34.
3. Apriasari ML, Fadhillah A, Carabelly AN. Aktivitas antibakteri ekstrak metanol batang pisang mauli (Musa sp) terhadap Streptococcus mutans. Dentofacial. 2013; 12(3): 148-50.
4. Apriasari ML, Adhani R, Savitri D. Uji Sitotoksitisitas Ekstrak Metanol Batang Pisang Mauli (Musa sp) Terhadap Sel Fibroblas BHK (Baby Hamster Kidney) 21. Dentino. 2014; 2(2): 210-14.
5. Yosephine AD, Wulanjati MP, Saifullah TN, Astuti P. Mouthwash Formulation of Basil Oil (Ocimum basilicum L.) And In Vitro Antibacterial and Antibiofilm Activities Against Streptococcus mutans. J Traditional Medicine. 2013; 18(2): 95 – 102.
6. Zahra S dan Iskandar Y. Review Artikel: Kandungan Senyawa Kimia Dan Bioaktivitas Ocimum Basilicum L. J Farmaka. 2017; 15 (3): 143-52.
7. Ristianti N, Kusnanta JW, Marsono. Perbedaan Efek Obat Kumur Herbal dan Non Herbal Terhadap Akumulasi Plak di Dalam Rongga Mulut. J Medali. 2015; 2(1): 31-6.
8. Almahdy A, Marina Y. Uji Fetotoksitisitas Ekstrak Daun Kemangi (Ocimum sanctum L.) Pada mencit
Fatwati: Effect of *Musa acuminate* and *Ocimum basilicum* Mixed Extracts

97

9. Shabrina N, Diansari V, Novita CF. Gambaran Penggunaan Bahan Amalgam, Resin Komposit dan Glass Ionomer Cement (GIC) Di Rumah Sakit Gigi dan Mulut Unsyiah Pada Bulan Juli-Desember 2014. Journal Caninus Denstistry. 2016; 1(4): 9-11.

10. Tiwari M, Tyagi S, Nigam M, Rawal M, Meena S, Choudhary A. Dental Smart Materials. Jornal of Orofacial Research. 2016; 5(4): 125-129.

11. Moreau JL, Hockin HK. Fluoride Releasing Restorative Materials: Effect of pH on Mechanical Properties and Ion Release. Dent Mater. 2010; 26 (11): 227-35.

12. Juniatiak M, Hidayati K, Wulandari FP, Pangestuti N, Munawaroh N, Martien, et al. Formulation of Nanoemulsion Mouthwash Combination of Lemongrass Oil (*Cymbopogon citratus*) and Kaffir Lime Oil (*Citrus hystrix*) Against *Candida albicans* ATCC 10231. Trad. Med. J. 2017; 22(1): 7-15.

13. ISO 4049 (the Internasional Organization of Standarization): Dentistry Polymer-based filling, restorative and luting materials. 2000. p. 18-20.

14. Corradini E, Foglia P, Giansanti P, Gubbiotti R, Samperi R, Laganà A. Flavonoids: Chemical Properties And Analytical Methodologies Of Identification And Quantitation In Foods And Plants. Natural Product Research. 2011; 25(5): 469-495.

15. Ismarani. Potensi Senyawa Tanin Dalam Menunjang Produksi Ramaah Lingkungan. J Agribisnis dan Pengembangan Wilayah. 2012; 3(49): 46-55.

16. Kumar S, dan Panday AK. Chemistry and Biological Activities of Flavonoids: An Overview. The ScientificWorld Journal. 2013; 2013(1): 1-16.

17. Yadaf N, Yadaf R, Goyal A. Chemistry of Terpenoids. Int. J. Pharm. Sci. 2014; 27(2): 272-8.

18. Silva R, Santos F, Spadaro A, Polizello A, Rossi A, Moreira M, Filho P. Profile of Fluoride Release From a Nanohybrid Composite Resin. J Dentistry 3000. 2015; 5(3): 1-4.

19. Mishra PC, Mukherjee S, Nayak SK, Panda A. A brief review on viscosity of nanofluids. Int Nano Lett. 2014; 4(1): 109–120.

20. Trale Z, Par M. Bioactive Dental Composite Materials. Medical Sciences. 2018; 45(1): 83-100.

21. Diansari V, Ningisih DS, Arbie TA. Pengaruh Minuman Kopi Luwak Terhadap Perubahan Warna Resin Komposit Nanohibrid. Cakradonya Dent J. 2015; 7(1):745-806

22. Alrahalah A. Diametral Tensile Strength, Flexural Strength, and Surface Microhardness of Bioactive Bulk Fill Restorative. The Journal of Contemporary Dental Practice. 2018; 19(1): 13-9.

23. Garoushi S, Vallittu PK, Lassila L. Characterization of Fluoride Releasing Restorative Dental Materials. Dental Materials Journal. 2018; 37(2): 293–300.

24. Andari ES, Erawati Wulandari E, Robin DMC. The Effect of Robusta Coffee Solution to Nanofilled Composite Resin Compressive Strength. Stomatognatic (J. K. G Unej). 2014; 11(1): 2014.